Method of continuous non-destructive observation of profiles made of polymer fibre composite materials for the registration of crack formation

Anatoly A. Zotov 1, Yan Naing Min 2, Polina F. Pronina 3

1 Department of Design and Strength of Aircraft, Rocket and Space Products, Moscow Aviation Institute (National Research University)
2 Department of Mathematics, Defence Services Academy
3 Department of Managing Exploitation of Space-Rocket Systems, Moscow Aviation Institute (National Research University)

ABSTRACT

The relevance of the study is conditioned by the absence of the necessary devices and structures made of composite materials such as stingers with holes for registering cracks. The purpose of the study is to develop the design and manufacturing technology of stringer-type profiles made of composite materials with micro-holes in the cross-section or inside which hollow polymer fibres are laid, while the holes did not significantly affect the strength of the product and the specified strength properties of the product are preserved. The task of manufacturing products from a polymer composite material is solved by a method that includes pre-laying hollow longitudinal fibres or introducing bundles coated with anti-adhesive lubricant at specified cross-section points of stringers with subsequent pressing when laying pre-cut layers of composite material in a mould (polymerisation of the binder). After cooling, decompressing, removing the bundles with anti-adhesive grease (the second option) and stripping the product, special sensors are installed, a vacuum is created inside the holes or pressure is applied within 0.1-0.2 atm. At the same time, the holes do not significantly affect the strength of the product and the specified properties of the product are preserved. The study suggests a method for continuous and autonomous monitoring of the integrity of profiles made of polymer fibre composite materials for registering the formation of cracks based on the introduction of longitudinal micro-holes or hollow fibres under pressure or vacuum into their structure, followed by recording changes in the pressure value. The advantage of the proposed method is that it allows making a product from composite materials with increased physical and mechanical properties, increasing operational safety, increasing service life, and reducing the cost of routine inspections due to continuous monitoring of the occurrence and development of damage in real time. At the same time, the reliability of the design significantly increases, which leads to an improvement in the quality of the product.

Keywords: Micro-holes, Damages, Pressure, Vacuum, Stingers, Polymers.

Corresponding Author:
Anatoly A. Zotov
Department of Design and Strength of Aircraft, Rocket and Space Products
Moscow Aviation Institute (National Research University)
125993, 4 Volokolamskoe Highway, Moscow, Russian Federation
E-mail: an-zotov@uohk.com.cn

1. Introduction

In light structures, monitoring and timely detection of damage play a significant role in ensuring the desired reliability. Additional advantages can be provided by monitoring using methods based on the control elements built into the system (Structure Health Monitoring (SHM)) when designing structures of minimum weight to reduce operating costs and reduce the weight of the product [1-22]. Both goals play a crucial role in aircraft construction. The necessary technologies have been partially developed, but they are still not used on production aircraft. With the help of recording devices built into the structure, it is possible to partially replace the design inspection programmes that are still based on conventional methods. Embedded
control methods are designed for continuous and autonomous monitoring of damages, stresses, deformations by means of sensor systems permanently applied to the structure or integrated into it, while ensuring structural integrity. At the same time, the data is not only saved, but also interpreted and acted upon by taking the appropriate action.

Many embedded control technologies are based on principles that are already used in aircraft inspections and maintenance, such as ultrasound or eddy currents. But these technologies differ from conventional methods of non-destructive testing in that the sensors remain on the structure and, thus, repeated access to the observed point is not required. The measurement results can either be evaluated online, during the flight, or processed during maintenance. Sensors can be installed on the surface of the structure, embedded in the material or integrated between two parts. The proposed method of integrated control relates to the design of products made of composite materials used in the aerospace industry, shipbuilding, automotive, sports equipment, medical industry, which have increased physical and mechanical characteristics and reliability of operation. [23-30] Since composite materials are expensive, any damage resulting in cracks can lead to catastrophic consequences and large financial losses.

Timely determination of the beginning, place of occurrence, and speed of crack propagation allow more accurately determining the intervals of inspections and increase the service life of the product. There are similar examples of the construction of aluminium alloy profiles of the stringer type, which have special holes into which pressure is applied or a vacuum is created. Loading the holes through pressure or vacuum allows simply and effectively observing the integrity of the stringers. If small cracks can be detected long before reaching the critical length, then continuous monitoring allows managing the problem during operation. The task becomes more complicated when observing structures made of composite materials. To reliably detect and monitor the development of cracks, it is necessary to use improved non-destructive testing technologies, one of which is considered in this paper. The relevance of the study is conditioned by the absence of the necessary devices and structures made of composite materials such as stringers with holes for registering cracks. The purpose of the study is to develop the design and manufacturing technology of stringer-type profiles made of composite materials with micro-holes in the cross-section or inside which hollow polymer fibres are laid, while the holes did not significantly affect the strength of the product and the specified strength properties of the product are preserved.

2. Material and methods

The design of the profile (stringer type) made of a fibre composite material with longitudinal micro-holes or hollow fibres located at the most loaded points of the cross-section is used to determine the appearance and propagation of cracks in real time, by recording changes in the pressure or vacuum created inside the hole or hollow fibre. The profile is made either by removing the bundle from the fibres treated with an anti-adhesive composition, or by laying hollow fibres inside the composite material, then placing the assembled package in a mould and then impregnating the assembled package with a binder under pressure or by infusion of the assembled package and polymerisation of the assembled package to obtain a product (stringer or stringer panel) that has the ability to simply and effectively register the integrity of the product. When a crack is formed, the pressure or vacuum value changes, thereby, through measuring this pressure drop, it is possible to determine the presence and moment of the crack occurrence. When a crack in the stringer has reached the longitudinal hole, the pressure or vacuum value changes, thereby, through the measurement of this change, the presence of a crack is determined by special sensors (Figure 1). This method was used in design and experiments to observe damage in inaccessible metal layers [31-44]. At the same time, the holes do not significantly affect the strength of the product and the specified properties of the product are preserved.

Figure 1. Holes in the stringer
Composite materials in which glass, basalt, carbon, organic, boron fibres are used as fillers, and polyester, epoxy, phenolic-formaldehyde resins are widely used as a binder in the production of various technical products [45-62]. It is known that products made of composite materials have a number of disadvantages, which primarily include low interlayer strength, low impact strength, a tendency to crack when damaged, etc. [63; 64; 65]. To eliminate these disadvantages, various methods were used – growing whiskers made of sapphire, silicon oxides, etc., which turned out to be very expensive and were not widely distributed and introduced into industry. In addition, it was proposed to introduce titanium or stainless-steel foil layers between the layers of the composite material, which also has disadvantages in the form of layering due to the difference in the coefficients of linear thermal expansion of the foil and the composite material, transversal reinforcement in the form of cross-linking layers of the composite package was also proposed [66-79]. However, these technological methods do not register damage in the form of cracks that occur during the operation of products. The task of manufacturing products from a polymer composite material is solved by a method that includes pre-laying hollow longitudinal fibres or introducing bundles coated with anti-adhesive lubricant at specified cross-section points of stringers with subsequent pressing when laying pre-cut layers of composite material in a mould (polymerisation of the binder). After cooling, decompressing, removing the bundles with anti-adhesive grease (the second option) and stripping the product, special sensors are installed, a vacuum is created inside the holes or pressure is applied within 0.1-0.2 atm. At the same time, the holes do not significantly affect the strength of the product and the specified properties of the product are preserved.

3. Results and discussion

Aircraft lifecycle management is the most topical issue in their creation, operation, and certification. All possible measures are taken to ensure reliable operation near or beyond the estimated service life. An important role, in this case, is played by the assessment of the appearance of multiple scattered fatigue damage in one part or in identical neighbouring parts, which are cracks of such magnitude and frequency that the structure can no longer meet the requirements for permissible damage.

One of the characteristic features of the aircraft life cycle is the qualitative satisfaction of the requirements for increasing the period of its accident-free and general operation. Ensuring the safe life of the aircraft has long been accepted as a mandatory method of creating an aircraft. This method assumes strict maintenance of the period of trouble-free operation for a full fleet of aircraft of the specified type under certain equal conditions without the presence of a real danger of its catastrophic or fatigue failure. The accumulated experience in the construction of aircraft of different classes indicates that, if it is necessary to increase the resource, it is advisable to use the operational survivability method, which includes the principles of permissible deformation and systematic destruction.

To determine the coefficient of total fatigue failure, the equation is proposed:

\[ K_{ff} = K_f \times \beta_{sl} \]  

where: \( K_f \) – fatigue failure coefficient for one stage of the test programme; \( \beta_{sl} \) – service life of the aircraft structure materials until cracks occurs.

The value of the parameter \( \beta_{sl} \) depends on the change in the values of a number of interrelated quantities, such as \( K_s \) – the strength coefficient of the aircraft structure materials, \( \tau_e \) — the average operating time of the aircraft between the scheduled repair of structural elements, \( f \) – the total number of cycles of the aircraft structural strength test programme.

In general, the considered dependence can be represented as:

\[ \beta_{sl} = f(K_s, \tau_e, f) \]  

Figure 1 shows the dependence of the change in the values of the strength coefficient of the aircraft structure materials on the number of cycles of the flight test programme.
Figure 2. The dependence of the change in the values of the strength coefficient of the aircraft construction materials on the number of cycles of the flight test programme

The calculated values of the parameter $\varphi$ are plotted along the abscissa axis, and the values of the strength coefficient of materials $K_s$ are plotted along the ordinate axis.

As can be seen from the data presented in Figure 1, an increase in the cycles of the flight test programme, in other words, an increase in the number of flight hours of an aircraft has an inverse relationship with the value of the strength coefficient of its construction materials. Fatigue stresses accumulating in the materials of the aircraft structure gradually led to the appearance of cracks in its structure, which causes its premature destruction and the failure of the aircraft.

The methods of continuous non-destructive observation of profiles made of polymer fibre composite materials used in modern aircraft operation conditions for registering the formation of cracks differ into several main groups, depending on the observation goals pursued and the expected results:

1. A method of flaw detection used to detect microscopic defects in the surface of the aircraft structure, small cracks, shells, delaminations, and rejections of the upper layers of the surface when performing their mechanical processing. Methods of free, pulsed, and resonant vibrations, and methods of echo-pulse analysis of surface quality are used to detect surface defects.

2. The method of flaw detection, which is used to detect large structural defects of an aircraft, mainly on the surface, and deep chips, creases and other damages that gradually manifest themselves on the surface of profiles made of polymer fibre composite materials. The use of profilometers and profilography contributes to a more accurate determination of irregularities that occur on the surface, including deep damage to the aircraft structure.

3. A method for analysing changes in the internal structure of the structural material to determine the physical and chemical properties and predict the service life of aircraft parts.

4. A diagnostic method, which allows tracking changes in the physical and chemical properties of aircraft construction materials and predict the life of the main components of the aircraft.

A detailed differentiation of the varieties of the method of continuous non-destructive observation of profiles made of polymer fibre composite materials for registering the formation of cracks that are significant from the standpoint of integrated use to increase the overall efficiency of crack detection operations in the aircraft structure made of materials of this kind is presented in Table 1.

Table 1. Varieties of the method of continuous non-destructive observation of profiles made of polymer fibre composite materials for registering the formation of cracks in the structure

| Method name                  | Variations used                                                                 | Scope of application                                                                 |
|------------------------------|---------------------------------------------------------------------------------|--------------------------------------------------------------------------------------|
| Mechanical impedance method  | Method of quality control of adhesive joints, a method of quality control of parts installed with tension in structural units | Control of connections with several adhesive layers and the quality of placement of pins, studs, and other structural elements |
| The method of using natural vibrations | The method of using forced oscillations, the method of using free oscillations | Control of the occurrence of defects in the elements of the multilayer structure of the aircraft, with an assessment of the quality of the connections of non-metallic and metallic layers |
| Passing method               | Shadow passing method, a method of using bicycle symmetry when                  | Monitoring the condition of cellular and layered structures created using polyamide paper, and in |
The reliability of profiles made of polymer fibre composite materials is essential from the standpoint of ensuring the safety of the operation of aircraft of all types [80-94]. In this context, the use of modern methods of continuous non-destructive observation of profiles prevents fatigue damage to the structure and preserves the duration of aircraft operation.

The use of quality control methods for profiles made of polymer fibre composite contributes to the development of the industry for the production of modern aircraft structures, the search for new ways to improve the reliability of the operational use of materials used in the field of aircraft construction [95]. At the same time, the design problems detected in a timely manner can be effectively and efficiently eliminated using modern developments through the use of modern polymer composite materials, the use of which is aimed at improving the aircraft design.

Varieties of the method of quality control of polymer fibre profiles perform the functions of complementing the quality studies of these structural materials, to form a better picture of control and identify additional opportunities to improve the quality of modern aircraft structures. At the same time, the choice of a specific type of the method used is determined both by the design features of polymer fibre composite materials and the nature of possible damage. Improving the quality of the product and increasing the durability of the operation of the aircraft structure require constant monitoring of its current condition to timely identify possible changes in design features and deterioration in the quality of the material [96-110]. The issues of the operational use of polymer fibre profiles in the design of modern aircraft require constant quality control of the current state of these structures and timely operations to make the necessary structural changes.

Acoustic methods of monitoring the state of polymer fibre profiles in a number of situations can be successfully replaced by radiological control methods, in particular, one of these is radiographic. The correct choice of modes with the specified control parameters contributes to achieving high quality of monitoring operations, which is caused by obtaining high-quality and high-resolution X-rays [111-124]. At the same time, this method also has significant disadvantages, in particular, due to its labour intensity, the significant cost of the film components necessary for X-ray examination, and the impossibility of its practical application in a number of situations that occur during the aircraft operation. In addition, acoustic methods for monitoring profiles made of polymer fibre composite for registering the formation of cracks are effective from the standpoint of practical application of the results obtained, since it is much easier to apply in real operating conditions, as a result of which they have found wider practical application in aviation.

In some cases, the method of continuous non-destructive observation of profiles made of polymer fibre composite materials for registering the formation of cracks turns out to be insufficiently reliable if two-way access to the controlled structure is required [125]. In the actual operating conditions of the aircraft, this is not always possible, which necessitates the use of other methods. At the same time, the use of the reflection method allows sending an ultrasonic pulse to the controlled area, which allows monitoring the state of the surface under study without direct two-way access. In this case, the reflected signal contains data about the state of the controlled surface and the presence of possible integrity violations on it, which determines the type of subsequent changes.

Various profiles made of polymer fibre composite materials are found not only in aviation technology, which allows choosing methods for controlling the formation of cracks on their surface. In any case, the quality of control determines both the need for repair of certain profile, and the duration of subsequent operation after repair.

| Method name | Variations used | Scope of application |
|-------------|----------------|----------------------|
| Reflection method | The method of reflection is reverberation and the method of echolocation | Control of the joints of metallic and non-metallic layers, using light fillers, and tracking the occurrence of defects between the adhesive joints of thin-walled structures |
The method of continuous non-destructive observation of profiles made of polymer fibre composite materials for registering the formation of cracks allows monitoring without causing any mechanical damage, which both preserves the profile itself and extends its operation time as much as possible. The use of composite materials in the manufacture of a product contributes to an increase in its physical and mechanical characteristics, increase of the service life, which is important from the standpoint of subsequent use. The high reliability of the design in this case will be conditioned by the high-performance characteristics of the profile, which generally indicates high standards of quality of its manufacture and reliability of further practical use.

4. Conclusion

Monitoring and timely detection of damage play a significant role in ensuring the desired reliability. The necessary technologies have been partially developed, but they are still not used on production aircraft. With the help of recording devices built into the structure, it is possible to partially replace the design inspection programmes that are still based on conventional methods. Embedded control methods are designed for continuous and autonomous monitoring of damages, stresses, deformations by means of sensor systems permanently applied to the structure or integrated into it, while ensuring structural integrity. At the same time, the data is not only saved, but also interpreted and acted upon by taking the appropriate action. The advantage of the proposed method is that it allows making a product from composite materials with increased physical and mechanical properties, increasing operational safety, increasing service life, and reducing the cost of routine inspections due to continuous monitoring of the occurrence and development of damage in real time. At the same time, the reliability of the design significantly increases, which leads to an improvement in the quality of the product.

The results obtained in the course of this study indicate that there are significant prospects for further scientific research in the field of practical application of polymer fibre composite materials in aviation technology, as a way to increase the structural strength of aircraft. The reliability of the aircraft design is directly related to the duration and safety of its practical operation, which is extremely important from the standpoint of compliance with the tasks for which it was designed. In addition, this study can serve as a starting point for further research in this line, since it contains practical recommendations for improving the quality of profiles made of polymer fibre composite materials, which is extremely important for finding ways to further practical use.

Acknowledgements

The work was carried out with the financial support of the Ministry of Science and Higher Education of the Russian Federation (project code FSFF-2020-0016).

References

[1] B. Schmidt-Brandecker, and H.-J. Schmidt, “Experience on Airbus Full Scale Fatigue Tests with Respect to Life Extension,” in: CEAS Forum “Life Extension – Aerospace Technology Opportunities”. Cambridge: Emerald Group Publishing Limited, 1999.

[2] A. Babaytsev, V. Dobryanskiy, and Y. Solyaev, “Optimization of Thermal Protection Panels Subjected to Intense Heating and Mechanical Loading,” Lobachevskii Journal of Mathematics, vol. 40, no. 7, pp. 887-895, 2019.

[3] V. V. Bodryshev, A. V. Babaytsev, and L. N. Rabinskiy, “Investigation of Processes of Deformation of Plastic Materials with The Help of Digital Image Processing,” Periodico Tche Quimica, vol. 16, no. 33, pp. 865-876, 2019.

[4] A. V. Babaytsev, and L. N. Rabinskiy, “Design Calculation Technique for Thick-Walled Composite Constructions Operating Under High-Speed Loading,” Periodico Tche Quimica, vol. 16, no. 33, pp. 480-489, 2019.

[5] V. A., Golikov, A. G. Amosov, and S. Čapulis, “Parametric Decomposition of Failure Criticality of Complex Technical Systems,” Journal of Advanced Research in Dynamical and Control Systems, vol. 12, no. 7 Special Issue, pp. 984-987, 2020.
[6] N. A. Bulychev, E. L. Kuznetsova, V. V. Bodryshev, and L. N. Rabinskiy, “Nanotechnological Aspects of Temperature-Dependent Decomposition of Polymer Solutions,” *Nanoscience and Technology: An International Journal*, vol. 9, no. 2, pp. 91-97, 2018.

[7] E. L. Kuznetsova, and A. V. Makarenko, “Mathematical Simulation of Energy-Efficient Power Supply Sources for Mechatronic Modules of Promising Mobile Objects,” *Periodico Tche Quimica*, vol. 15, no. Special Issue 1, pp. 330-338, 2018.

[8] L. N. Rabinskiy, and O. V. Tushavina, “Composite Heat Shields in Intense Energy Fluxes with Diffusion,” *Russian Engineering Research*, vol. 39, no. 9, pp. 800-803, 2019.

[9] L. N. Rabinskiy, and O. V. Tushavina, “Investigation of An Elastic Curvilinear Cylindrical Shell in The Shape of a Parabolic Cylinder, Taking into Account Thermal Effects During Laser Sintering,” *Asia Life Sciences*, no. 2, pp. 977-991, 2019.

[10] E. V. Lomakin, L. N. Rabinsky, V. P. Radchenko, Yu. O. Solyaev, S. I. Zhavoronok, and A. V. Babaitsev, “Analytical Estimates of The Contact Zone Area for A Pressurized Flat-Oval Cylindrical Shell Placed Between Two Parallel Rigid Plates,” *Meccanica*, vol. 53, no. 15, pp. 3831-3838, 2018.

[11] A. V. Babaytsev, E. L. Kuznetsova, L. N. Rabinskiy, and O. V. Tushavina, “Investigation of Permanent Strains in Nanomodified Composites After Molding at Elevated Temperatures,” *Periodico Tche Quimica*, vol. 17, no. 34, pp. 1055-1067, 2020.

[12] V. A. Zagovorchev, and O. V. Tushavina, “Selection of Temperature and Power Parameters for Multi-Modular Lunar Jet Penetrator,” *INCAS Bulletin*, vol. 11, Special Issue, pp. 231-241, 2019.

[13] V. A. Zagovorchev, and O. V. Tushavina, “The Use of Jet Penetrators for Movement in The Lunar Soil,” *INCAS Bulletin*, vol. 11, pp. 121-130, 2019.

[14] V. N. Dobryanskiy, L. N. Rabinskiy, and O. V. Tushavina, “Validation of Methodology for Modeling Effects of Loss of Stability in Thin-Walled Parts Manufactured Using SLM Technology,” *Periodico Tche Quimica*, vol. 16, no. 33, pp. 650-656, 2019.

[15] V. V. Vasiliev, V. D. Protasov, and V. V. Bolotin, Composite Materials. Moscow: Mashinostroyeniye, 1990.

[16] A. G. Amosov, “Selection of The Rotation Angle Law of The Special Vehicles’ Wheels,” *International Journal of Emerging Trends in Engineering Research*, vol. 8, no. 4, pp. 1086-1089, 2020.

[17] N. A. Bulychev, and L. N. Rabinskiy, “Ceramic Nanostructures Obtained by Acoustoplasma Technique,” *Nanoscience and Technology: An International Journal*, vol. 10, no. 3, pp. 279-286, 2019.

[18] V. N. Dobryanskiy, L. N. Rabinskiy, and O. V. Tushavina, “Experimental Finding of Fracture Toughness Characteristics and Theoretical Modeling of Crack Propagation Processes in Carbon Fiber Samples Under Conditions of Additive Production,” *Periodico Tche Quimica*, vol. 16, no. 33, pp. 325-336, 2019.

[19] I. M. Bulanov, and V. V. Vorobey, Technology of Rocket and Aerospace Structures from Composite Materials. Moscow: Bauman Moscow State Technical University Press, 1998.

[20] A. A. Lapidus, and A. N. Makarov, “Model for The Potential Manufacture of Roof Structures for Residential Multi-Storey Buildings,” *Procedia Engineering*, vol. 153, pp. 378-383, 2016.

[21] A. Lapidus, and I. Abramov, “Studying the Methods for Determining and Maintaining Sustainability of a Construction Firm,” *MATEC Web of Conferences*, vol. 251, article number 05017, 2018.

[22] A. Lapidus, N. Cherednichenko, and V. Smotrov, “The Impact of Technology Installation of Injection Mortar Systems for A Long-Term Behavior of Anchor Connections,” *Procedia Engineering*, vol. 153, pp. 371-377, 2016.

[23] D. Topchiy, and A. Bolotova, “Studying Specific Features of The Monolithic Construction Technology Based on Systemic Analysis,” *IOP Conference Series: Materials Science and Engineering*, vol. 603, no. 5, article number 052004, 2019.
[41] N. I. Kobasko, N. M. Fialko, and N. O. Meranova, “Numerical Determination of The Duration of The Nucleate-Boiling Phase in The Course of Steel-Plate Hardening,” Heat Transfer. Soviet Research, vol. 16, no. 2, pp. 130-135, 1984.

[42] D. V. Topchyi, and A. S. Bolotova, “The Monolithic Buildings Complex Renovation's Organizational And Technological Model Creation,” IOP Conference Series: Materials Science and Engineering, vol. 913, no. 4, article number 042016, 2020.

[43] D. Topchyi, and A. Bolotova, “Systematization of Factors Affecting the Organizational Processes in The Conversion of Buildings,” IOP Conference Series: Materials Science and Engineering, vol. 753, no. 3, article number 032042, 2020.

[44] N. Fialko, R. Navrodksa, M. Ulewicz, G. Gnedash, S. Alioshko, and S. Shevchuk, “Environmental Aspects of Heat Recovery Systems of Boiler Plants,” E3S Web of Conferences, vol. 100, article number 00015, 2019.

[45] N. M. Fialko, R. O. Navrodksa, G. O. Gnedash, G. O. Presich, and S. I. Shevchuk, “Study of Heat-Recovery Systems of Or Heating and Moisturing Combustion Air of Boiler Units,” Science and Innovation, vol. 16, no. 3, pp. 43-49, 2020.

[46] A. Lapidus, and I. Abramov, “An Assessment Tool for Impacts of Construction Performance Indicators on The Targeted Sustainability of a Company,” IOP Conference Series: Materials Science and Engineering, vol. 753, no. 4, article number 042089, 2020.

[47] A. Lapidus, and A. Makarov, “Automation of Roof Construction Management by Means Artificial Neural Network,” Advances in Intelligent Systems and Computing, vol. 692, pp. 1168-1176, 2018.

[48] G. A. Ganiyeva, B. R. Ryskulova, and S. Sh. Tashpulatov, “Ergonomic Studies of Dynamic Compliance of Parameters Within the Man-Special Clothing System for Workers of The Oil Industry,” Izvestiya Vysshikh Uchebnykh Zavedenii, Seriya Tekhnologiya Tekstil'noi Promyshlennosti, vol. 2015, no. 3, pp. 151-154, 2015.

[49] S. A. Mizuriae, S. A. Montaev, and A. B. Shinguzhieva, “On Effectiveness of Low-Bloating Raw Materials Use (E.G., Loam) In Concrete Aggregate,” Procedia Engineering, vol. 111, pp. 530-533, 2015.

[50] A. A. Lapidus, and I. L. Abramov, “Systemic Integrated Approach to Evaluating The Resource Potential of a Construction Company as a Bidder,” IOP Conference Series: Materials Science and Engineering, vol. 603, no. 5, article number 052079, 2019.

[51] S. S. Tashpulatov, I. V. Cherunova, M. K. Rasulova, D. D. Inogamdzhanov, M. Yu. Umarova, A. D. Daminov, U. R. Uzakova, and S. G. Jurayeva, “Development of the calculation method of polymer compound mass to be applied onto the textile garment pieces,” IOP Conference Series: Materials Science and Engineering, vol. 459, no. 1, article number 012067, 2018.

[52] A. Lapidus, and Y. Shesterikova, “Mathematical Model for Assessing the High-Rise Apartment Buildings Complex Quality,” E3S Web of Conferences, vol. 91, article number 02025, 2019.

[53] D. V. Topchyi, “Organisational and Technological Measures for Converting Industrial Areas Within Existing Urban Construction Environments,” International Journal of Civil Engineering and Technology, vol. 9, no. 7, pp. 1975-1986, 2018.

[54] S. A. Montaye, A. B. Shinguzhiyeva, N. B. Adilova, A. S. Montaeva, and A. S. Montaye, “Development of Effective Technological Parameters for Formation of a Porous Structure of The Raw Composition in Order to Obtain a Lightweight Granular Insulation Material,” ARPN Journal of Engineering and Applied Sciences, vol. 11, no. 17, pp. 10454-10459, 2016.

[55] D. G. Blinov, V. G. Prokopov, Yu. V. Sherenkovskii, N. M. Fialko, and V. L. Yurchuk, “Simulation of Natural Convection Problems Based on Low-Dimensional Model,” International Communications in Heat and Mass Transfer, vol. 29, no. 6, pp. 741-747, 2002.

[56] S. A. Montaye, N. S. Montaye, A. B. Shinguzhiyeva, K. Zhanaabaevichdosov, and M. Zhanaidarovichrysksaliyev, “Possibility of Producing Sintered Fine Porous Granulated Ceramic Filler
Using Ash of Thermal Power Stations in Combination with Clay Rocks,” *International Journal of Mechanical and Production Engineering Research and Development*, vol. 9, no. 4, pp. 1087-1096, 2019.

[57] N. B. Adilova, S. A. Montayev, A. S. Montayeva, B. T. Shakeshev, K. A. Narikov, A. T. Taskaliev, S. Zharylgapov, and Z. Usenkulov, “Modifying of Ceramic Mass by Kazakhstan Bentonite for The Purpose of Improvement of Structure and Physicomechanical Properties of Front Wall Ceramics,” *Life Science Journal*, vol. 11, Spec. Issue 6, pp. 83-89, 2014.

[58] R. Dinzhos, E. Lysenkov, and N. Fialko, “Simulation of Thermal Conductivity of Polymer Composites Based on Poly (Methyl Methacrylate) With Different Types of Fillers,” *Eastern-European Journal of Enterprise Technologies*, vol. 6, no. 11, pp. 21-24, 2015.

[59] R. Navrodska, N. Fialko, G. Presich, G. Gnedash, S. Alioshko, and S. Shevcuk, “Reducing Nitrogen Oxide Emissions in Boilers at Moistening of Blowing Air in Heat Recovery Systems,” *E3S Web of Conferences*, vol. 100, article number 00055, 2019.

[60] D. Topchiy, and A. Tokarskiy, “Formation of Hierarchies in The Organization System of The State Construction Supervision During Reshaping of City Territories,” *International Journal of Engineering and Advanced Technology*, vol. 8, no. 4C, pp. 44-46, 2019.

[61] I. Cherunova, S. Tashpulatov, and Y. Davydova, “Geometric Conditions of Mathematical Modeling of Human Heat Exchange Processes with The Environment for CAD Systems Creating Heat-Shielding Clothing,” *IOP Conference Series: Materials Science and Engineering*, vol. 680, no. 1, article number 012039, 2019.

[62] V. S. Pashtetsky, V. V. Khomenko, N.P. Demchenko, N. Y. Poliakova, and R. V. Kashbrasiev, “Sustainable and Competitive Agricultural Development of a Water-Deficient Region (Case of the Crimean Peninsula),” *Geography, Environment, Sustainability*, vol. 13, no. 2, pp. 65-72, 2020.

[63] S. A. Montayev, S. M. Zharylgapov, K. A. Bisenov, B. T. Shakeshev, and M. Z. Almagambetova, “Investigating Oil Sludges and Their Application as Energy Efficient and Modifying Component in Ceramic Pastes,” *Research Journal of Pharmaceutical, Biological and Chemical Sciences*, vol. 7, no. 3, pp. 2407-2415, 2016.

[64] A. Zh. Zhusupbekov, A. S. Montayev, S. A. Montayev, and N. S. Montayeva, “Ensuring Chemical Resistance of Pile Foundations When They Are Installed in Permanently and Seasonally Frozen Soils with Aggressive Environments,” *IOP Conference Series: Materials Science and Engineering*, vol. 775, no. 1, article number 012130, 2020.

[65] E. Barbotkina, I. E. Dunaieva, V. Popovych, and V. Pashtetsky, “Review of Methods and Approaches of Abandoned Lands Identification,” *E3S Web of Conferences*, vol. 224, article number 04004, 2020.

[66] V. P. Privalko, R. V. Dinzhos, and E. G. Privalko, “Enthalpy Relaxation in The Cooling/Heating Cycles of Polypropylene/ Organosilica Nanocomposites I: Non-Isothermal Crystallization,” *Thermochimica Acta*, vol. 432, no. 1, pp. 76-82, 2005.

[67] M. Starikov, A. Beljatynskij, O. Prentkovskis, and I. Klimenko, “The Use of Magnetic Coercivity Method to Diagnose Crane Metalware,” *Transport*, vol. 26, no. 3, pp. 255-262, 2011.

[68] M. G. Gordienko, A. M. Katalevich, S. I. Ivanov, N. V. Men' shutina, M. Z. Zhurinov, A. Z. Abilmazghanov, and B. K. Khusain, “Evaluation of The Significance of The Factors Influencing the Microstructure of Silicic Acid Gels,” *Glass and Ceramics (English translation of Steklo i Keramika)*, vol. 72, no. 11-12, pp. 465-468, 2016.

[69] A. Ruslan Agarunovich, “Management Functions of Integrative Formations of Differentiated Nature,” *Biosciences Biotechnology Research Asia*, vol. 12, no. 1, pp. 991-997, 2015.

[70] A. Lapidus, and A. Makarov, “Statistical Learning Problem of Artificial Neural Network to Control Roofing Process,” *MATEC Web of Conferences*, vol. 117, article number 00100, 2017.

[71] K. S. Shintemirov, S. A. Montayev, M. Z. Ryskaliev, A. A. Bakushev, and K. A. Narikov, “Investigation into The Properties of Foamed Concrete Modified by Chemical Additives,” *Research Journal of Pharmaceutical, Biological and Chemical Sciences*, vol. 7, no. 3, pp. 2065-2072, 2016.
[72] S. A. Montayev, A. S. Montayeva, N. B. Adilova, A. B. Shinguzhiyeva, N. S. Montayeva, and A. T. Taskaliev, “Prospects of Creating the Technology of Composite Adsorbent for Water Purification Based On The Composition of Siliceous and Clay Rocks of Kazakhstan,” *International Journal of Mechanical Engineering and Technology*, vol. 9, no. 1, pp. 805-813, 2018.

[73] R. Dinzhos, N. Fialko, V. Prokopov, Y. Sherenkovskiy, N. Meranova, N. Koseva, V. Korzhik, O. Parkhomenko, and N. Zhuravskaya, “Identifying the Influence of The Polymer Matrix Type on The Structure Formation of Microcomposites When They are Filled with Copper Particles,” *Eastern-European Journal of Enterprise Technologies*, vol. 5, no. 6-107, pp. 49-57, 2020.

[74] A. Zvorykin, N. Fialko, S. Julii, S. Aleshko, N. Meranova, M. Hanzha, I. Bashkir, S. Stryzheus, A. Voitenko, and I. Pioro, “CFD Study on Specifics of Flow and Heat Transfer in Vertical Bare Tubes Cooled with Water at Supercritical Pressures,” *International Conference on Nuclear Engineering, Proceedings, ICONE*, vol. 9, pp. 1-13, 2017.

[75] V. P. Privalko, R. V. Dinzhos, and E. G. Privalko, “Melting Behavior of The Nonisothermally Crystallized Polypropylene/Organosilica Nanocomposite,” *Journal of Macromolecular Science – Physics*, vol. 43B, no. 5, pp. 979-988, 2004.

[76] I. V. Cherunova, S. S. Tashpulatov, and S. V. Kurenova, “Treated Textile Electrostatic Properties Study,” *Materials Science Forum*, vol. 992, pp. 439-444, 2020.

[77] O. Stepanchuk, A. Biliatynskyi, O. Pylypenko, and S. Stepanchuk, “Surveying of Traffic Congestions on Arterial Roads of Kyiv city,” *Procedia Engineering*, vol. 187, pp. 14-21, 2017.

[78] A. Mustafin, and A. Kantarbayeva, “Supply Chain Modeled as A Metabolic Pathway,” *Mathematical Modelling and Analysis*, vol. 28, no. 3, pp. 473-491, 2018.

[79] B. K. Khusain, I. A. Shlygina, A. R. Brodsky, and M. Z. Zhurinov, “Quantum Chemical Modeling of Regents and Products in The Process of Siloxane Airgel Formation,” *Research Journal of Pharmaceutical, Biological and Chemical Sciences*, vol. 7, no. 5, pp. 3073-3082, 2016.

[80] D. A. Y. Al-Saadi, V. F. Pershin, B. N. Salimov, and S. A. Montaev, “Modification of Graphite Greases Graphene Nanostructures,” *Journal of Friction and Wear*, vol. 38, no. 5, pp. 355-358, 2017.

[81] R. D. Akbarov, R. O. Zhilisbaeva, S. S. H. Tashpulatov, I. V. Cherunova, and R. T. Bolysbekova, “Application of Composite Materials for Protective Clothing from Exposure Electric Fields,” *Izvestiya Vysshikh Uchebnykh Zavedenii, Seriya Tekhnologiya Tekstil'noi Promyshlennosti*, vol. 2018, no. 5, pp. 188-192, 2018.

[82] S. A. Mizuriae, S. A. Montaev, and A. T. Taskaliev, “Artificial Broken Stone Production for Industrial and Civil Engineering: Technological Parameters,” *Procedia Engineering*, vol. 111, pp. 534-539, 2015.

[83] I. Cherunova, S. Tashpulatov, and S. Kolesnik, “Automation of Deformed Fibrous Materials Thermal Characteristics Accounting Process in Garments Production,” *2018 International Russian Automation Conference, RusAutoCon 2018*, article number 8501795, 2018.

[84] V. P. Privalko, R. V. Dinzhos, N. A. Rekhtea, and F. J. B. Calleja, “Structure-Diamagnetic Susceptibility Correlations in Regular Alternating Terpolymers of Ethene and Propene with Carbon Monoxide,” *Journal of Macromolecular Science – Physics*, vol. 42B, no. 5, pp. 929-938, 2003.

[85] H. Yuulin, A. Beljatynskyi, and A. Ishchenko, “Non-Roundabout Design of Cancel the Intersection Signal Light on Horizontal Plane,” *E3S Web of Conferences*, vol. 91, article number 5003, 2019.

[86] N. S. Buktukov, B. Z. Buktukov, and G. Z. Moldabayeva, “Sail-Aerodynamic Wind Power Station with Automatically Changing Blade-Swept Area,” *International Journal of Mechanical and Production Engineering Research and Development*, vol. 10, no. 3, pp. 911-920, 2020.

[87] A. Zvorykina, S. Gupta, W. Peiman, I. Pioro, and N. Fialko, “Current Status And Future Applications Of Supercritical Pressures in Power Engineering,” *International Conference on Nuclear Engineering, Proceedings, ICONE*, vol. 5, no. 1, pp. 285-300, 2012.
[88] B. K. Khusain, A. R. Brodskiy, V. I. Yaskevich, M. Z. Zhurinov, and A. Z. Abilmagzhanov, “Investigation of The Influence of The Thermal Effects on The Fecral Alloys KH15YU5 and KH23YU5,” Eurasian Journal of BioSciences, vol. 13, no. 2, pp. 687-694, 2019.

[89] A. Mustafin, “Coupling-Induced Oscillations in Two Intrinsically Quiescent Populations,” Communications in Nonlinear Science and Numerical Simulation, vol. 29, no. 1-3, pp. 391-399, 2015.

[90] S. A. Montaev, N. B. Adilova, N. S. Montaeva, K. Z. Dosov, and A. A. Taudaeva, “Study of Raw Materials with The Aim of Obtaining Ceramic Filler and Heat-Insulating and Structural Wall Ceramics,” International Journal of Mechanical and Production Engineering Research and Development, vol. 9, no. 5, pp. 1057-1064, 2019.

[91] S. Oleksandra, K. Krayushkina, T. Khymerik, and B. Andrii, “Method of Increasing the Roughness of The Existing Road,” Procedia Engineering, vol. 165, pp. 1766-1770, 2016.

[92] E. Akhmetshin, I. Morozov, A. Pavlyuk, A. Yumashev, N. Yumasheva, and S. Gubarkov, “Motivation of Personnel in An Innovative Business Climate,” European Research Studies Journal, vol. 21, no. 1, pp. 352-361, 2018.

[93] O. M. Alekseev, K. M. Kovalov, M. M. Lazarenko, M. V. Lazarenko, Y. E. Grabovskii, and S. Y. U. Tkachov, “Nature of Dielectric Relaxation in Microcrystalline Cellulose,” Cellulose Chemistry and Technology, vol. 53, no. 1-2, pp. 15-22, 2019.

[94] S. Z. Mirzaev, I. Iwanowski, M. Zaitdinov, and U. Kaatze, “Critical Dynamics and Kinetics of Elementary Reactions Of 2,6-Dimethylpyridine-Water,” Chemical Physics Letters, vol. 431, no. 4-6, pp. 308-312, 2006.

[95] S. Yu. Timkina, O. V. Stepanchuk, and A. A. Bieliatyntski, “The Design of The Length of The Route Transport Stops' Landing Pad on Streets of The City,” IOP Conference Series: Materials Science and Engineering, vol. 708, no. 1, article number 012032, 2019.

[96] A. R. Aharonovich, “Socio-Economic Importance of State Support for Youth Innovative Entrepreneurship In The Economic Development of The State,” Academy of Entrepreneurship Journal, vol. 25, Special Issue 1, 1-6, 2019.

[97] G. Zh. Moldabayeva, R. T. Suleimenova, M. F. Turdiyev, Zh. B. Shayakhmetova, and A. S. Karimova, Scientific and Technical Substantiation of Reducing Oil Viscosity. International Journal of Engineering Research and Technology, vol. 13, no. 5, pp. 967-972, 2020.

[98] A. Yu. Zhigulina, S. A. Montaev, and S. M. Zharylgapov, “Physical-Mechanical Properties and Structure of Wall Ceramics with Composite Additives Modifications,” Procedia Engineering, vol. 111, pp. 896-901, 2015.

[99] S. Z. Mirzaev, I. Iwanowski, and U. Kaatze, “Dynamic Scaling and Background Relaxation in The Ultrasonic Spectra of The Ethanol-Dodecane Critical Mixture,” Chemical Physics Letters, vol. 435, no. 4-6, pp. 263-267, 2007.

[100] S. Z. Mirzaev, and U. Kaatze, “Dynamic Scaling in The Ultrasonic Attenuation Spectra of Critical Binary Mixtures,” Chemical Physics Letters, vol. 328, no. 3, pp. 277-282, 2000.

[101] R. R. Anamova, S. A. Leonova, L. G. Nartova, and V. P. Tereshchenko, “Digital Spatial Models in Technology as A Development Tool of The Intellectual Creative Aspect Within Education,” TEM Journal, vol. 9, no. 3, pp. 1186-1193, 2020.

[102] G. Z. Moldabayeva, G. P. Metaxa, and Z. N. Alishova, “Scientific-Technical Basics of Viscosity Reduction of the Kazakhstani Oils, Which Provide a Significant Increase of Oil Reservoirs,” News of the National Academy of Sciences of the Republic of Kazakhstan, Series of Geology and Technical Sciences, vol. 3, no. 430, pp. 186-194, 2018.

[103] A. Bieliatyntski, E. Krayushkina, and A. Skrypchenko, “Modern Technologies and Materials for Cement Concrete Pavement’s Repair,” Procedia Engineering, vol. 134, pp. 344-347, 2016.
[104] G.A. Ganiyeva, B.R. Ryskulova, S.S. Tashpulatov, “Selection of Special Clothes Design Parameters on The Basis of Optimisation of Dynamic Conformance Parameters,” *International Journal of Applied Engineering Research*, vol. 10, no. 19, pp. 40603-40606, 2015.

[105] E. I. Volkov, and A. T. Mustafin, “A Mathematical Model of Lipid Peroxidation in Membranes,” *Izvestiya Akademii Nauk SSSR - Seriya Biologicheskaya*, vol. 6, pp. 805-821, 1985.

[106] L. N. Nutfullaeva, A. F. Plekhanov, I. G. Shin, S. S. H. Tashpulatov, I. V. Cherunova, S. H. N. Nutfullaeva, and E. A. Bogomolov, “Research of Conditions of Formation Package and Ensure the Safety of The Pillows from Composite Nonwoven Fibers Materials,” *Izvestiya Vysshikh Uchebnykh Zavedenii, Seriya Teknologiya Tekstil’noi Promyshlennosti*, vol. 380, no. 2, pp. 95-101, 2019.

[107] G. Moldabayeva, R. Suleimenova, A. Karimova, N. Akhmetov, and L. Mardanova, “Experimental Support of Field Trial on the Polymer Flooding Technology Substantiation in the oil Field of Western Kazakhstan,” *Periodico Tche Quimica*, vol. 17, no. 35, pp. 663-677, 2020.

[108] S. Z. Mirzaev, and U. Kaatze, “Scaling Function of Critical Binary Mixtures: Nitrobenzene-N-Hexane Data Revisited,” *Chemical Physics*, vol. 393, no. 1, pp. 129-134, 2012.

[109] N. Kuzhel, A. Bieliatynskyi, O. Prentkovskis, I. Klymenko, S. Mikaliunas, O. Kolganova, S. Kornienko, and V. Shutko, “Methods for Numerical Calculation of Parameters Pertaining to The Microscopic Following-The-Leader Model of Traffic Flow: Using the Fast Spline Transformation,” *Transport*, vol. 28, no. 4, pp. 413-419, 2013.

[110] G. Z. Moldabayeva, G. P. Metaxa, and Z. N. Alisheva, “Theoretical Bases for the Implementation of the Processes to Reduce Viscosity in the Conditions Of Natural Reservation,” *News of the National Academy of Sciences of the Republic of Kazakhstan, Series of Geology and Technical Sciences*, vol. 5, no. 437, pp. 138-143, 2019.

[111] B. K. Khussain, K. K. Vinnikova, Y. Y. Kumarov, Z. D. Meirbek, and A. B. Khussain, “Import Substitution of Software for Digitalization of Industry in the Republic of Kazakhstan,” *News of the National Academy of Sciences of the Republic of Kazakhstan, Series of Geology and Technical Sciences*, vol. 3, no. 441, pp. 204-207, 2020.

[112] B. Kovačic, R. Kamnik, and A. Bieliatynskyi, “The Different Methods of Displacement Monitoring at Loading Tests of Bridges or Different Structures,” *MATEC Web of Conferences*, vol. 53, article number 01048, 2016.

[113] S. A. Montayev, B. T. Shakeshev, M. Z. Ryskaliyev, N. B. Adilova, and K. A. Narikov, “Collagen Agent Technology for Foam Concrete Production,” *ARPN Journal of Engineering and Applied Sciences*, vol. 12, no. 5, pp. 1674-1678, 2017.

[114] A. A. Skvortsov, D. E. Pshonkin, and M. N. Luk’yanov, “Influence of Constant Magnetic Fields on Defect Formation Under Conditions of Heat Shock in Surface Layers of Silicon,” *Key Engineering Materials*, vol. 771, pp. 124-129, 2018.

[115] K. S. Nadirov, G. Z. Moldabayeva, S. E. Baibotayeva, Y. V. Zeygman, and A. S. Sadyrbayeva, “Reagent Preparation for Oil Treatment and Its Use in The Process of Dehydration,” *Journal of Industrial Pollution Control*, vol. 33, no. 1, pp. 1075-1084, 2017.

[116] S. A. Montaev, S. M. Zharylgapov, N. S. Montaeva, and B. T. Shakeshev, “Research of Possibility of Producing Ceramic Paving Stones by Vibrocompression with The Purpose of Using Them in The Improvement of Urban Areas,” *IOP Conference Series: Materials Science and Engineering*, vol. 775, no. 1, article number 012118, 2020.

[117] O. Stepanchuk, A. Bieliatynskyi, O. Pylpenko, and S. Stepanchuk, “Peculiarities of City Street-Road Network Modelling,” *Procedia Engineering*, vol. 134, pp. 276-283, 2016.

[118] G. P. Metaksa, G. Z. Moldabayeva, and Z. N. Alisheva, “Mechanism of Structure Formation in Fluid-Bearing Minerals,” *Mining Informational and Analytical Bulletin*, vol. 2019, no. 2, pp. 78-84, 2019.

[119] A. Kisiolek, R. Budzik, and C. Kolmasiak, “Public Relations on The Internet on the Examples of The Metallurgical Industry in Poland and in the World,” *Metalurgija*, vol. 42, no. 2, pp. 117-121, 2003.
[120] Y. S. Orygozhin, G. Z. Moldabayeva, and I. B. Igembaev, “Innovative Method of High-Viscosity Oil Production,” 12th International Multidisciplinary Scientific GeoConference and EXPO – Modern Management of Mine Producing, Geology and Environmental Protection, SGEM 2012, vol. 2, pp. 463-470, 2012.

[121] R. A. Maleev, S. M. Zuev, A. M. Fironov, N. A. Volchkov, and A. A. Skvortsov, “The Starting Processes of a Car Engine Using Capacitive Energy Storages,” Periodico Tche Quimica, vol. 16, no. 33, pp. 877-888, 2019.

[122] J. K. Bhattacharjee, S. Z. Mirzaev, and U. Kaatze, “Does the Viscosity Exponent Derive from Ultrasonic Attenuation Spectra?” International Journal of Thermophysics, vol. 33, no. 3, pp. 469-483, 2012.

[123] D. Topchiy, and A. Bolotova, “Risk Management in Monolithic Construction,” IOP Conference Series: Materials Science and Engineering, vol. 962, no. 2, article number 022078, 2020.

[124] M. Z. Zhurinov, A. Z. Abilmagzhanov, B. K. Khussain, and B. B. Teltaev, “Synthesis of Anatase Modification Titanium Dioxide Nanopowders,” News of the National Academy of Sciences of the Republic of Kazakhstan, Series of Geology and Technical Sciences, vol. 1, no. 439, pp. 197-200, 2020.

[125] A. Onishchenko, L. Stolyarova, and A. Bieliatynskyi, “Evaluation of The Durability of Asphalt Concrete on Polymer Modified Bitumen,” E3S Web of Conferences, vol. 157, article number 06005, 2020.